Experimental realization of a single-layer multiferroic

Qian Song\textsuperscript{1,2,*}, Connor A. Occhialini\textsuperscript{1,*}, Emre Ergeçen\textsuperscript{1}, Batyr Ilyas\textsuperscript{1}, Kenji Watanabe\textsuperscript{3}, Takashi Taniguchi\textsuperscript{4}, Nuh Gedik\textsuperscript{1}, and Riccardo Comin\textsuperscript{1,†}

\textsuperscript{1}Department of Physics, Massachusetts Institute of Technology, Cambridge, 02139, Massachusetts, USA.
\textsuperscript{2}Department of Material Science and Engineering, Massachusetts Institute of Technology, Cambridge, 02139, Massachusetts, USA.
\textsuperscript{3}Research Center for Functional Materials, National Institute for Materials Science, 1-1 Namiki, Tsukuba 305-0044, Japan.
\textsuperscript{4}International Center for Materials Nanoarchitectonics, National Institute for Materials Science, 1-1 Namiki, Tsukuba 305-0044, Japan.
\textsuperscript{1}e-mail: rcomin@mit.edu
\textsuperscript{1}These authors contributed equally to this work.

\textbf{ABSTRACT}

Multiferroic materials have garnered wide interest for their exceptional static\textsuperscript{1–3} and dynamical\textsuperscript{4–6} magnetoelectric properties. Intrinsic type-II multiferroics exhibit an inversion-symmetry-breaking magnetic order which directly induces a ferroelectric lattice distortion through mechanisms such as the inverse Dzyaloshinskii-Moriya interaction\textsuperscript{3,7}. This direct coupling between the magnetic and structural order parameters results in record-strength magnetoelectric effects\textsuperscript{3,8}. Two-dimensional materials possessing such intrinsic multiferroic properties have been long sought for harnessing magnetoelectric coupling in nanoelectronic devices\textsuperscript{1,9,10}. Here, we report the discovery of type-II multiferroic order in a single atomic layer of transition metal-based van der Waals material NiI\textsubscript{2}. Using a combination of optical birefringence, second harmonic generation, and Raman spectroscopy in bulk NiI\textsubscript{2}, we first identified multiple independent and robust signatures of the multiferroic state. Subsequently, we studied the evolution of the optical signatures as a function of temperature and layer number, to find that the multiferroic state is robust down to monolayer NiI\textsubscript{2}. These observations establish NiI\textsubscript{2} as a new platform for studying emergent multiferroic phenomena, chiral magnetic textures and ferroelectricity in the two-dimensional limit.

\textbf{Main text}

The recent discovery of intrinsic magnetic order in atomically-thin van der Waals (vdW) materials\textsuperscript{11,12} has generated new opportunities for the study of collective spin phenomena in free-standing two-dimensional (2D) systems and nanoscale devices\textsuperscript{13,14}. In past years, significant efforts have been made to achieve direct electrical control and manipulation of magnetic properties in 2D\textsuperscript{9,10}, but the mechanism remains elusive. A more promising avenue towards realizing electrical control of 2D magnetism may be found in vdW materials with intrinsic type-II multiferroicity. In these systems, originally discovered in 2003\textsuperscript{15}, the magnetic and ferroelectric order parameters are directly coupled, resulting in a robust magnetoelectric response\textsuperscript{1,8}. For the same reason, these materials might also provide a distinct mechanism by which to realize ferroelectric order in 2D systems, which has been reported only in a few exceptional cases in the atomically-thin limit\textsuperscript{16–19}.

Among possible multiferroic vdW materials, several families have been identified\textsuperscript{14,20}, most prominently the transition metal dihalides (MH\textsubscript{2}, M = Transition metal, H = halogen). Of particular promise is the magnetic semiconductor NiI\textsubscript{2}\textsuperscript{20–23}, which is host to a rich phase diagram including a type-II multiferroic ground state\textsuperscript{2,24}. NiI\textsubscript{2} crystallizes in the rhombohedral \textit{R}3\textit{m} structure (Fig. 1a) at room temperature, forming a triangular lattice of Ni\textsuperscript{2+} ions (3\textit{d}\textsuperscript{8}, \(S = 1\)) which are stacked along the \(c\)-axis and held together by weak interlayer bonding. The 2D triangular lattice geometrically frustrates the in-plane exchange interactions that govern the long-range ordering of the local \(S = 1\) Ni moments\textsuperscript{21,22,25}. The propensity for complex spin structures is further amplified by the relatively weaker, but finite, interlayer exchange contribution\textsuperscript{25–27}. This convergence of factors leads to a sequence of magnetic phase transitions in NiI\textsubscript{2}, first to an anti-ferromagnetic (AFM) state at \(T_{N,1} \approx 75\) K, and then to a proper-screw helimagnetic ground state below \(T_{N,2} \approx 59\) K. The latter exhibits long wavelength helical magnetic structure with propagation vector \(\mathbf{Q} = (0.138, 0, 1.457)\) reciprocal lattice units (r.l.u.)\textsuperscript{26} (Fig. 1b,c). The helimagnetic transition is concomitant with the appearance of an in-plane electrical polarization perpendicular to the ordering vector\textsuperscript{2} as well as crystal symmetry lowering from rhombohedral to monoclinic\textsuperscript{26}.

In this study, we investigate the multiferroic phase transitions in bulk and few-layer NiI\textsubscript{2} crystals grown by physical vapor deposition (PVD)\textsuperscript{28}. Due to the complexity of the electronic ground state, which harbors structural, magnetic and
inversion-symmetry breaking orders, we employ a suite of complementary optical techniques to track these individual phases as a function of temperature and layer number. The development of a Kerr rotation signal, which we attribute to optical birefringence originating in the reduced lattice symmetry, is found to provide a direct signature of the phase transitions at both $T_{N,1}$ and $T_{N,2}$\textsuperscript{29}. The large birefringence also enables direct visualization of the multiferroic domain structure with wide-field cross-polarized imaging. We further employ second harmonic generation (SHG) as a sensitive optical probe of the in-plane ferroelectricity as a function of layer number. Finally, we use Raman spectroscopy to identify the onset of magnetic order in bulk NiI\textsubscript{2}. These techniques together provide robust evidence for the observation of type-II multiferroic order from bulk to single-layer NiI\textsubscript{2}.

Figure 1. Crystal structure, helimagnetic order and polarized microscopy of bulk NiI\textsubscript{2}. a. The high-temperature $R\bar{3}m$ structure of NiI\textsubscript{2}. b, c. The helical magnetic structure of bulk NiI\textsubscript{2} below $T_{N,2}$ (see text). d. Polarization contrast images of bulk NiI\textsubscript{2} for several temperatures in the vicinity of $T_{N,1}$ and $T_{N,2}$. The inset in the 30 K image denotes the direction of input/output polarizations for image collection and the three equivalent $a$-axis directions, $a_1$–$a_3$. e. The three distinct structural domains in the helimagnetic phase, characterized by the orientation of the in-plane magnetic ordering wavevector $Q_x$ and the polarization vector $P$. Grey shading in panels (b,c)/(e) delineate the rhombohedral/monoclinic unit cell, respectively.

The low-temperature phase of NiI\textsubscript{2} is of particularly low symmetry, which is expected to yield significant anisotropy in the optical response. We thus perform imaging of PVD-grown bulk NiI\textsubscript{2} crystals under nearly crossed polarizers (see Methods) to reveal a substantial birefringence at $T=30$ K. The spatial maps uncover domains which are highlighted by their differential polarization contrast and are present only below $T_{N,1}$ (Fig. 1d). For this sample, the domain structure is characterized by a dominant domain type (Domain I) with positive contrast and a series of minority domains with $\sim 25\%$ weaker contrast of opposite sign (Extended Data Fig. 5) which form as thin stripe-like regions oriented along the rhombohedral $a$-axes. The birefringence contrast and relative orientation of these domains are consistent with the expected structural domains (Fig. 1e) in the low-temperature, monoclinic phase. We investigate the birefringence in greater detail by recording high-resolution Kerr rotation ($\theta_K$) measurements (see Methods) within the region of Domain I as a function of temperature across the two phase transitions at $T_{N,1}$ and $T_{N,2}$ (Fig. 2a). The temperature dependence of $\theta_K$ bears a striking resemblance to the magnetic susceptibility ($\chi_{mag}$, Fig. 2a), displaying a kink at $T_{N,1}$ and a sharp jump at $T_{N,2}$, and is therefore a direct proxy for the magnetic phase transitions in NiI\textsubscript{2}\textsuperscript{29}.

We further report temperature-dependent SHG within the Domain I region in Fig. 2b. Electric-dipole active SHG is a direct probe of inversion-symmetry breaking and provides a robust optical signature of ferroelectric order\textsuperscript{19}. From our measurements, SHG intensity develops below $T_{N,2}$, a temperature concomitant with a dielectric anomaly and the onset of pyroelectric current (Fig. 2b) along the $[110]$ direction as measured by Kurumaji et al.\textsuperscript{2}. The correspondence of the optical, dielectric and transport signatures and the off-resonant nature of the fundamental beam (detuned from the primary $d$-$d$ transitions\textsuperscript{29}, see Methods) all suggest a dipolar-active SHG mechanism directly tracking the ferroelectric order in NiI\textsubscript{2}. This is in opposition to the generally weaker electric-quadrupole, magnetic-dipole or surface SHG effects which may be present in centrosymmetric systems\textsuperscript{30}.

To underscore the connection between the birefringence signal and magnetic order, we have performed Raman measurements on bulk NiI\textsubscript{2}. Above $T_{N,1}$, NiI\textsubscript{2} displays two Raman-active phonons at $E=80.2$ cm$^{-1}$ and $E=128$ cm$^{-1}$ which are of $E_g$ and $A_{1g}$ symmetry, respectively\textsuperscript{38}. In the magnetically-ordered phase, our measurements reveal a major change in the Raman response and the appearance of several new modes around 35, 120.8, and 168.8 cm$^{-1}$ (Fig. 2c, d). The new modes at 120.8 and 168.8 cm$^{-1}$ exhibit polarization selection rules corresponding to single magnon excitations\textsuperscript{31,32} (see Extended Data Fig. 2, 4). The intensity of the 120.8 cm$^{-1}$ magnon is plotted as a function of temperature in Fig. 2e and found to closely track the
onset of the magnetic phases. In addition, the $\varepsilon_{xy}^2$ Raman spectrum displays a dramatic evolution at low energies (Fig. 2c, d). We find a large quasi-elastic signal (QES) that develops on approaching $T_{N,1}$, which gives way to a broad peak at finite energy transfer below $T_{N,1}$ (Fig. 2e). At $T_{N,2}$, the broad excitation is suddenly split into two additional modes which rapidly sharpen and disperse to higher energies in the helimagnetic phase as shown in Fig. 2f. These modes display a much more complex set of selection rules compared to the higher energy magnon excitations (see Extended Data Fig. 2,4), suggesting they may be electromagnons – the fundamental Goldstone (soft) modes of the multiferroic state.$^\text{3–7}$.

Figure 2. Kerr, SHG and Raman measurements of bulk NiI$_2$. a, $\theta_K(T)$ measurements in the region of Domain I (Fig. 1d) in comparison to $\chi_{mag}$ of bulk chemical-vapor transport samples (see Methods) and $d\theta_K/dT$. b, Temperature-dependent SHG intensity from Domain I in comparison to the temperature-dependent electric polarization ($P(T)$) from Kurumaji et al.$^\text{2}$. c, Temperature-dependent cross-polarized Raman spectra of bulk NiI$_2$. d, The QES, phonon, magnon and soft mode contributions are highlighted for key temperatures. Temperature dependence of e, the 120 cm$^{-1}$ magnon intensity and f, the soft mode energy. Dashed lines in all panels mark the magnetic transitions identified from $\chi_{mag}$ in a.

We can unequivocally attribute each new excitation appearing in the Raman spectrum below $T_{N,1}$ to be of magnetic origin. The close correspondence between the temperature dependence of the high-energy magnon excitation (Fig. 2e) and the birefringence signal (Fig. 2a) establishes the latter as a definitive signature of the onset of magnetic order. The Raman measurements on bulk NiI$_2$ corroborate the use of birefringence and SHG data to provide a full picture of the magnetic phase transitions, and, importantly, the transition to an inversion symmetry-breaking order. Together, these provide a full identification of the multiferroic phase which we next explore in the few-layer limit.

Fig. 3a shows an optical image of 1- and 2-layer NiI$_2$ crystals grown by PVD on hBN. Remarkably, the optical anisotropy of NiI$_2$ is sufficiently strong for polarized microscopy images to capture the signatures of birefringent domains on both the 1- and 2-layer regions at $T = 5$ K as shown in Fig. 3b. The optical contrast reduces with increasing temperature, until it vanishes on the single-layer region between $T = 15 - 25$ K, and on the 2-layer region between $T = 25 - 35$ K (Fig. 3b). $\theta_K(T)$ measurements reveal the transition temperatures from 1- to 4-layer samples more accurately (Fig. 3c). The transition temperatures are defined as the values of maximum slope of the Kerr signal (where $d\theta_K/dT$ is minimum, in analogy with the bulk as shown in Fig. 2a). The transition temperatures are 21 K for single-layer, 30 K for 2-layer, 39 K for 3-layer and 41 K for 4-layer flakes (see Extended Data Fig. 9 for 3- and 4-layer optical images and additional $\theta_K(T)$ data for 1-, 2-, and 4-layer). The reduction of the transition temperature vs. thickness is a common observation in 2D magnets$^\text{12,32,33}$ and indicates that the interlayer exchange interactions in NiI$_2$ act to stabilize long-range magnetic order against thermal fluctuations.

The Kerr rotation measurements provide definitive evidence for the magnetic phase transitions in ultrathin NiI$_2$. However, the primary condition for the persistence of multiferroicity is the breaking of inversion symmetry which is exclusively detected by SHG. In Fig. 3d we report temperature-dependent SHG in 4-, 2- and single-layer NiI$_2$ samples. For all samples, the SHG intensity displays a clear drop near the transition temperatures derived from the peak in $d\theta_K/dT$ as directly compared in Fig. 3d (see Extended Data Fig. 8 for temperature-dependent SHG imaging of the monolayer region). The breaking of inversion symmetry demonstrated through SHG and the 3-fold rotational symmetry breaking of the lattice established by the observation...
Figure 3. Layer-dependent Kerr Rotation and SHG. a, Optical image of 1- and 2-layer NiI₂ samples grown on hBN denoting the atomic step height profiles measured by AFM (scale bar: 5 µm). b, Temperature-dependent polarization contrast images on the same region in a. Dashed lines demarcate the 1- and 2-layer regions. c, Temperature-dependent θK measurements acquired in monodomain regions of 1- to 4-layer NiI₂ samples. Data are normalized to the value at 5 K and offset vertically for clarity. d, Temperature-dependent SHG intensity for 1-, 2-, and 4-layer samples. Dashed curves in c, d represent dθK/dT calculated from data in c, defining T_N₂ for each thickness.

of birefringent domains (Fig. 3b) are consistent with a non-centrosymmetric and polar point group symmetry in the few-layer samples. Together, these measurements suggest the existence of a ferroelectric phase in agreement with the correspondence of these optical probes established in the bulk (Fig. 2). The quantitative agreement for the transition temperatures from these independent measurements, as well as the smooth trend of these optical signatures as layer number is reduced from bulk to the monolayer, provide strong evidence for the survival of the helimagnetic, multiferroic phase down to the monolayer limit in NiI₂.

Ferroelectricity in NiI₂ is fundamentally connected to the emergence of inversion-symmetry breaking magnetic order in an otherwise centrosymmetric lattice, as described by mechanisms such as the inverse Dzyaloshinskii–Moriya interaction\(^2,3,7\). The observation of SHG in monolayer NiI₂ is therefore a direct indication of a non-centrosymmetric magnetic texture that develops below the identified Curie temperature 21 K. The propensity for such ordering in the single-layer limit has been recently investigated and associated to the significant frustration of the intralayer exchange interactions\(^2,2\). Superexchange is mediated through the extended 5\(p\) states of the iodine ligands which also introduce significant spin-orbit coupling (SOC). These properties yield non-negligible spin interactions beyond nearest neighbor Ni sites and substantial exchange anisotropy, respectively. Our results strongly suggest that this in-plane frustration is a sufficient condition to realize complex magnetic structures in the 2D limit. The observed suppression of the multiferroic transition temperature with reducing layer number further identifies an essential constraint to assess the role of the interlayer exchange interactions, which are known to contribute to the orientation of the spin-rotation plane and magnetic ordering vector in the bulk\(^2\,2\,2\,2\,2\).

The SOC contribution and orbital extension of the ligands modulate the influence of both the long-range magnetic interactions and the exchange anisotropy which ultimately determine the magnetic ground state among closely lying, competing phases.\(^2,2\,2\,2\). We therefore anticipate that doping of the halogen site will be a powerful tuning knob to realize new exotic magnetic ground states in 2D, including helices, cycloids and skyrmions, with unique topological and multiferroic properties\(^2,2\,2\). In addition, our observations of a complex magnetic ground state in an atomically-thin vdW crystal opens several avenues to explore multiferroicity which are inherently unique to 2D systems. These include the robust and direct electrical control of magnetism through electrostatic doping or external fields and currents, or the realization of new interfacial multiferroic properties in artificial vdW heterostructures. Lastly, 2D materials with gate-tunable magnetoelectric coupling might offer a new platform for continuous tuning of multiferroic systems toward quantum critical behavior\(^3,4\).

In conclusion, our results represent the first discovery of an intrinsic multiferroic phase in the single-layer limit. Combined optical signatures confirm the persistence of ferroelectricity and inversion-symmetry breaking magnetic order down to monolayer
NiI₂ with a transition temperature of $T = 21$ K. These results bring the physics of type-II multiferroics into the playground of vdW materials. This discovery has the potential to establish a new frontier for studying and harnessing the interplay of magnetic and dielectric properties in next-generation nanoscale devices.

References

Author contributions
Q.S. and R.C. conceived the project. Q.S. performed growth of NiI2 samples. Q.S. and C.A.O. performed Raman and birefringence measurements supervised by R.C.. E.E. and B.I. performed SHG measurements supervised by N.G.. T.T. and K.W. provided and characterized bulk hBN crystals. All authors contributed to the writing of the manuscript.

Data Availability
The datasets generated during and/or analysed during the current study are available from the corresponding author on reasonable request.

Methods

Growth and Characterization of Few-Layer NiI2 Crystals

Bulk NiI2 crystals were grown on 300 nm SiO2/Si and few-layer crystals were grown on hexagonal boron nitride (h-BN) substrates via physical vapor deposition (PVD) in a horizontal single-zone furnace equipped with a 0.5 in. diameter quartz tube at an ambient pressure. The h-BN was mechanically exfoliated and transferred onto 300 nm SiO2/Si substrates, then annealed in vacuum at 700 °C for 1 h prior to the growth. In a typical synthesis, 0.1 g of NiI2 powder (99.5%, anhydrous, Alfa Aesar) was positioned at the center of the furnace as the source material and the SiO2/Si substrate was placed downstream at the maximum temperature gradient point. The furnace was purged by pumping the quartz tube below 0.1 Torr and then refilled with the 99.99% Ar gas three times. When growing bulk-like NiI2 crystals, the furnace was heated to 450°C in 15 minutes and held at that temperature for 10 minutes. For few-layer NiI2 samples, the furnace was heated to 380-420°C in 15 minutes and then the SiO2/Si substrate was taken out immediately and stored inside a nitrogen-filled glove box (O2 < 0.5 ppm, H2O < 0.5 ppm). The sample thickness was determined by Atomic Force Microscopy.
At low temperature, NiI crystals were measured to have a monoclinic structure. The Raman tensors of \( A_g \) phonon modes, \( M \) magnon modes have the following form:

\[
\begin{align*}
A_{1g} & \quad E_{g,1} & \quad E_{g,2} \\
(a & 0 0) & (c & 0 0) & (0 & -c & -d) \\
(0 & a 0) & (0 & -c & d) & (-c & 0 & 0) \\
(0 & 0 b) & (0 & d 0) & (-d & 0 & 0)
\end{align*}
\]

The Raman scattering intensity is \( I \propto |\mathbf{e}_i \cdot \mathbf{R} \cdot \mathbf{e}_f|^2 \), where \( \mathbf{e}_i \) and \( \mathbf{e}_s \) are the polarization vectors of the incident and scattered light, respectively. In the back-scattering geometry, the incident light polarization is \( \mathbf{e}_i = (\cos(\theta), \sin(\theta), 0) \) and the scattered light polarization is \( \mathbf{e}_s = (-\sin(\theta), \cos(\theta), 0) \) for perpendicular configuration (XY), where \( \theta \) is the angle between the Raman principle axis and the incident polarization angle.

The Raman intensity of each mode is:

\[
I(A_g) \propto \left| \frac{b-a}{2} \sin(2\theta) + d \cos(2\theta) \right|^2, \quad I(M) \propto |e|^2
\]

Extended Data Fig. 2 shows the ARPRS of bulk NiI at 30 K in monoclinic phase. From the calculation above, the ARPRS pattern of a phonon mode should display a polar plot with four lobes and four nodes (zero intensity) while the ARPRS of a magnon mode should be a constant. The 79.9 cm\(^{-1}\) and 80.2 cm\(^{-1}\) modes are two closely spaced phonon modes (corresponding to \( E_g \) modes at room temperature) that are out of phase, which is similar to what observed in the ARPRS plots of CrI\(_3\) and CrCl\(_3\) in the monoclinic phase\(^{35,36}\). The 120.8 cm\(^{-1}\) and 168.8 cm\(^{-1}\) are magnon modes, and the 120.8 cm\(^{-1}\) mode onsets at \( T_N \), which indicates that it is an antiferromagnetic magnon. The 31 cm\(^{-1}\) and 37.5 cm\(^{-1}\) modes appear only in the multiferroic phase and are not consistent with either pure phonon or pure magnon excitations from the ARPRS analysis.

The dichroic contrast of the Raman intensity in different circularly polarized channels supports the previous assignment of each Raman mode based on selection rules (Extended Data Fig. 4). In the monoclinic structure, the intensity of the phonon and magnon modes are as follows:
where \( LR \) means left circular polarized light in and right circular polarized out, and similarly for the other channels. The phonon modes in the monoclinic structure should appear in all four channels, without any contrast in \( LL/RR \), or \( LR/RL \). This agrees well with the 79.9 cm\(^{-1} \), 80.2 cm\(^{-1} \), and 128 cm\(^{-1} \) modes (Extended Data Fig.4a, b). The magnon modes should only show up in the \( LL/RR \) channel and should not depend on the helicity of the incident light. This consideration, in conjunction with the angular independent ARPRS patterns, confirms the magnetic origin of the 120.8 cm\(^{-1} \) and 168.8 cm\(^{-1} \) excitations. The 31 cm\(^{-1} \) and 37.5 cm\(^{-1} \) modes are more complex. Both excitations appear in all four channels with different intensities and appear only in the multiferroic phase, which suggest that they may be phonon/magnon hybrids, or electromagnons modes.

Extended Data Fig.4c shows the temperature dependence of the 80 cm\(^{-1} \) intensity (two \( E_g \) modes) in \( LL \) channel and 128 cm\(^{-1} \) intensity (\( A_g \) mode) in \( LR \) channel. In the rhombohedral phase at high temperature, the \( E_g \) modes in \( LL \) and \( A_g \) mode in \( LR \) should vanish from the symmetry analysis. The sharp jump of these two intensities at 60 K indicates that polar order reduces the rhombohedral symmetry down to monoclinic \( C_2 \) symmetry.

**Birefringence Measurements** Kerr rotation measurements were performed with a photo-elastic modulator (PEM, Hinds Instruments) on the detection path of the optical setup with a retardance amplitude of 0.486\( \mu \)m. A lock-in amplifier at the second harmonic of the fundamental PEM frequency for signal collection. The unrotated incident beam is kept parallel to the PEM fast-axis and analyzed by a polarizer at 45 deg. before being measured by an amplified photodiode (ThorLabs PDA100). This setup provided a sensitivity down to 10 \( \mu \)rad. Additional linear/circular dichroism temperature-dependent measurements (Extended Data Fig. 1) were acquired with the PEM on the incident beam path with 0.5\( \lambda \)/0.25\( \lambda \) retardance amplitude, respectively. The incident beam was set at 45 degrees with respect to the PEM fast axis and the modulated intensity was detected with a lock-in amplifier set to the second/first harmonic of the PEM, respectively, with the analyzing polarizer removed. A supercontinuum light source monochromatized to \( \lambda = 550.0 \) nm and a bandwidth of approximately 1 nm was used as excitation. All measurements utilized a 50x objective, with a spot size of 2 \( \mu \)m diameter and an average optical power < 5 \( \mu \)W.

Polarized microscopy was performed with a broadband visible LED light source, a standard CMOS-based monochrome camera and Glan-Thompson polarizers on both the input and output light paths in reflection geometry. A detuning of 0.5 (2.0) deg. from cross-polarized configuration was used to maximize the domain contrast and a 5 (2) second integration time was used for the images of few-layer (bulk) samples (Extended Data Figs. 5, 6). Cross-polarized contrast images were obtained as a function of temperature by auto-correlating the images for different temperatures to overlap with a high-temperature (\( T > T_N,1 \)) reference, and subtracting the low and high temperature images. The Kerr rotation and polarized imaging measurements were all performed at normal incidence in a Montana Instruments closed-cycle optical cryostat.

**Layer-Dependent Second Harmonic Generation Microscopy.** In second harmonic generation (SHG) microscopy, an objective lens (Olympus LMPlanFL-N 50x) focuses an ultrashort laser beam (Cascade-5 KMLabs, Center wavelength: 760 nm) onto the sample located in a cryostat (Janis ST-500). The estimated spot size on the sample is \( \sim 2 \mu \)m. To compensate for the pulse broadening due to chromatic dispersion, we compress the pulse duration down to \( \sim 50 \) fs with a pair of chirped mirrors (Layertec) and ultrafast wedge pairs. The laser power measured before the objective was set to 5 mW. No sample damage or degradation was observed during the measurements. Upon reflection, the second harmonic component of the beam radiated from sample was selected out by a dichroic mirror and a set of wavelength filters. The second harmonic photons were detected and counted using a photomultiplier tube (Hamamatsu PMT) and a dual-channel gated photon-counter (Stanford Research SR400). To decrease the background and dark counts, the photon counter was locked to the chopping frequency of the incident beam at 5 kHz. To perform SHG imaging (Extended Data Fig. 8), we keep the sample location fixed and rotate a motorized mirror to scan the laser across the sample. The polarization angle of the pulses were controlled using a wire-grid polarizer and a half-waveplate respectively to obtain the polarization resolved second harmonic traces (Extended Data Fig. 7).
**Extended Data Figure 1. Kerr rotation and dichroism measurements of bulk NiI$_2$.**  

**a**, Cross-polarization image of the bulk NiI$_2$. The positions where the optical measurements were performed are labelled as Domain 1 and Domain 2.  

**b**, The temperature dependent Kerr rotation measurement on Domain 1 and Domain 2.  

**c**, The comparison of the temperature dependent Kerr rotation, linear dichroism and circular dichroism at Domain 1.
Extended Data Figure 2. Angular Resolved Polarized Raman Spectroscopy (ARPRS) in perpendicular configuration (XY). a, b, The ARPRS polar plots of the 31 cm$^{-1}$ and 37 cm$^{-1}$ modes appearing in the multiferroic phase. Neither agrees with a pure phonon or magnon mode, suggesting they may be consistent with electromagnons. c, d, The 80 cm$^{-1}$ peak is composed of two phonons below $T_{N2}$, one at 79.9 cm$^{-1}$ and the other at 80.2 cm$^{-1}$. These closely-spaced phonon modes display out-of-phase modulation with respect to the incident linear polarization and both display an $E_g$ symmetry with respect to the high-temperature $R3m$ phase. e, f, The 120.8 cm$^{-1}$ and 168.8 cm$^{-1}$ are magnon modes. Red lines: ARPRS fits to the Raman tensors for different mode symmetries.
Extended Data Figure 3. Temperature-dependent polarized Raman spectroscopy in perpendicular configuration. Temperature-dependent polarized Raman spectroscopy of a, bulk and b, 3-layer NiI$_2$. The 3-layer NiI$_2$ sample shows the same Raman signatures of the multiferroic phase and magnetic order as the bulk.
Extended Data Figure 4. Circularly Polarized Raman Spectroscopy of NiI₂. a, b, LL/RR and LR/RL channels of the circular polarized Raman spectra in bulk NiI₂ at \( T = 30 \) K. c, Temperature dependence of the 80.2 cm\(^{-1}\) intensity in LL channel and 128 cm\(^{-1}\) intensity in LR channel suggests that polar order breaks the structural symmetry.
Extended Data Figure 5. Cross-polarization images of bulk NiI₂. **a**, Temperature-dependent histogram plots of the polarization contrast images for bulk NiI₂. **b**, The top left image shows an optical image of bulk NiI₂ grown by PVD, denoting the region used for the histogram plots. A smaller region was selected for histogram analysis in order to highlight an area with similar populations of the distinct domains. The raw cross-polarization images at various temperatures across the multiferroic transition provide signatures of the domain dynamics, explaining the kink in the Kerr rotation traces below the multiferroic transition point in Domain 2 and the spatial inhomogeneity of the transition temperature identified through Kerr rotation measurements.
Extended Data Figure 6. Cross-polarization images of the 1- and 2-layer NiI$_2$. Temperature-dependent histogram plots of the polarization contrast images for a, the 1-layer region (shown in b) and c, the 2-layer region (shown in d). The upper-left images in b/d show optical images of 1-layer and 1-/2-layer NiI$_2$ flakes, respectively. Subsequent images depict temperature-dependent polarization contrast images for key temperatures. The domain texture vanishes in b, 1-layer near 20 K, and in d, 2-layer near 35 K, consistent with $\theta_K(T)$ measurements (Fig. 3c).
Extended Data Figure 7. SHG anisotropy of bulk NiI$_2$. Polarization-dependent SHG intensity in PVD-grown bulk NiI$_2$ in the a, parallel and b, perpendicular polarization channels.
Extended Data Figure 8. SHG mapping of the single-layer NiI₂. The rectangular region on the left optical image denotes the region where SHG mapping was performed. The transition temperature of the single-layer sample determined from the SHG imaging is between 20-25 K, which is consistent with the Kerr rotation data. Colorbar: SHG counts.
Extended Data Figure 9. Kerr rotation measurements on few-layer NiI₂ samples. a, Wide-field optical image of one-to four-layer samples. b, c, AFM image of the circled spots in a. b-f, Temperature dependent Kerr rotation measurements on one- to four-layer samples in different domain regions.